Phase Transformation, Coalescence, and Twinning of Monodisperse FePt Nanocrystals

Z. R. Dai, Shouheng Sun, and Z. L. Wang

School of Materials Science and Engineering, Georgia Institute of Technology, Atlanta, Georgia 30332-0245, and IBM T. J. Watson Research Center, Yorktown Heights, New York 10598

Received June 7, 2001; Revised Manuscript Received June 25, 2001

ABSTRACT

The phase transformation, coalescence, and twin structure of thermally annealed 6 nm FePt nanocrystals under high vacuum on an amorphous carbon surface have been investigated. A1-FePt phase to L1 0 -FePt phase transformation occurs at 530 °C. The multilayered nanocrystal assemblies coalesce to form larger grains at 600 °C. These coalesced nanocrystals do not form a single grained structure; instead, twinning becomes a characteristic structure feature. The surface of the coalescent grains consists of {111} and (001) facets.

The iron–platinum (Fe–Pt) alloys have been investigated for several decades because of their important applications in permanent magnetism. Depending on the Fe to Pt elemental ratio, these alloys can display chemically disordered face centered cubic (fcc) phase (A1, Fm3m) or chemically ordered phases, such as (L1 2, Pm3m) for Fe3Pt, face centered tetragonal (fct) phase (L1 0, P4/mmm) for FePt and (L1 2, Pm3m) for Pt3Fe. These structure variations have dramatic effects on the magnetic properties of the alloys. For example, the Fe3Pt material is paramagnetic, while the Pt3Fe is antiferromagnetic, and the L1 0 structured FePt has a large uniaxial magnetocrystalline anisotropy (Ku ≈ 7 × 106 J/m3) and shows strong ferromagnetic properties. Various experimental results have revealed that the L1 0 type structure can be formed in Fe3Pt1−x, with x ranging from 0.35 to 0.60. The iron-rich L1 0 -FePt alloy-based nanoparticle materials have shown excellent hard magnetic properties and are expected to be used for a new generation of ultrahigh-density magnetic recording media.

To fully understand the magnetics of these FePt-based nanomaterials, it is essential to synthesize monodisperse FePt nanoparticles with controlled size and composition and study the structure transformation within each particle after various thermal treatments. It will be also important to know the aggregation behaviors of these annealed nanoparticles. The synthesis has been attempted by various vacuum deposition techniques. However, random nucleation in the process generally results in broad distributions of particles sizes, which complicates the observations on particle structure transformation, and further on particle magnetics. Recently, monodisperse FePt nanocrystals with good control on particle size and composition were produced by a solution-phase chemical procedure. These monodisperse FePt nanocrystals become ideal candidates for microscopic study on thermal annealing induced structure transformation. Previous thermal annealing experiments have shown that, for stoichiometrical bulk FePt alloy, the A1 to L1 0 transformation temperature is 1300 °C, while for nanoscale FePt particles, this temperature is lowered to within 500–700 °C, depending on FePt stoichiometry and particle sizes.

We report detailed microscopic studies on phase transformation, coalescence, and twin structure formation of thermally annealed 6 nm FePt nanoparticles under high vacuum on an amorphous carbon surface. Our transmission electron microscopy (TEM) studies show that A1 to L1 0 phase transformation occurs at 530 °C. The multilayered nanocrystal assemblies coalesce to form larger grains at 600 °C. We notice that the coalescent temperature of the nanocrystal monolayer assembly depends on the substrate used. On SiO2 substrate, the FePt nanocrystal monolayer can stand up to 700 °C without any obvious aggregation. The coalesced nanocrystals show dominant {111} twin defect inside, while their surface and coalescent grain boundary consist of both {111} and (001) facets.

The monodisperse FePt nanocrystals are synthesized by reduction of platinum acetylacetonate (Pt(CH3COCHCOCH3)2) and decomposition of iron pentacarbonyl (Fe(CO)5) in the presence of oleic acid and oleylamine stabilizers. The size and composition of the FePt nanoparticles can be readily...
shape. The truncated octahedral is enclosed by the \{100\} and \{111\} crystal facets of the fcc structure, indicating that the as-synthesized FePt nanocrystals have a chemically disordered fcc (A1) phase of which lattice parameter is \(a = 0.376 \text{ nm}\). The fcc structure feature of the as-synthesized FePt nanocrystals is also shown in their electron diffraction pattern. Figure 1c is such a pattern from the selected area of diffraction of the nanocrystal assembly. The composition of the nanocrystals is determined to be very close to Fe\(_{52}\)Pt\(_{48}\) by energy-dispersive X-ray spectroscopy (EDS).

To study the phase transformation from the chemically disordered A1-FePt phase to the chemically ordered ferromagnetic L1\(_0\)-FePt phase, in situ thermal annealing is applied to the as-synthesized FePt nanocrystal assembly. At temperatures below 450 °C, no obvious assembly or structure change is observed. At temperatures beyond 450 °C, multilayered nanocrystal assemblies start to decay gradually. Further annealing at 530 °C transforms the chemically disordered A1 phase to chemically ordered L1\(_0\) phase. The TEM image (Figure 1d) shows the morphology of FePt nanocrystals isothermally treated at 530 °C for 1 h. It shows that most of the hexagonally packed monolayer nanocrystal assemblies are almost intact, while regular arrayed multilayer assemblies are deteriorated by this thermal treatment. The corresponding electron diffraction pattern is shown in Figure 1f. Comparing the diffraction patterns shown in Figure 1f with those in Figure 1c, different reflection rings, such as \{110\}, \{120\}, \{112\}, etc., appear, indicating occurrence of the phase transformation from chemically disordered A1 fcc phase to chemically ordered L1\(_0\) fct phase. Continually heating the specimen at higher temperature results in the coalescing of these nanocrystals. Figure 1e shows a TEM image taken from the specimen undergoing an isothermal treatment at 600 °C for 1 h, after which most of nanocrystals, especially in the multilayer region, coalesce with only some dots in the monolayer region staying intact. Figure 2a is a HRTEM image of one of the intact FePt nanocrystals. Comparing with the image shown in Figure 1b, an intensity modulation of image spots can be identified, as marked by arrowheads in the Figure 2a, indicating the formation of the chemically ordered L1\(_0\)-FePt structure. To illustrate the detailed atomic arrangement within a single nanocrystal, an enlarged HRTEM image is shown in Figure 2b. Fast Fourier transformation (FFT) of such atomic arrangement reveals distorted 2-fold symmetry, as shown in Figure 2c. This diffraction pattern matches well with that generated from theoretical simulation based on dynamic diffraction theory for the L1\(_0\)-FePt structure (Figure 2d) with the \{110\} beam and lattice parameters \(a = 0.3861 \text{ nm}\) and \(c = 0.3788 \text{ nm}\). HRTEM image of the atomic arrangement obtained from the simulation (Figure 2e) is identical to the image shown in Figure 2b, confirming the intensity modulation occurring along c-axis of the L1\(_0\)-FePt Phase, along which Fe and Pt atoms stack alternately, i.e., the intensity change of image spots along the c-axis is due to chemically ordering (composition modulation) in the L1\(_0\)-FePt structure.

The structure of the coalesced FePt nanocrystals has also been studied. Figures 3a and 3b are two HRTEM images of...
the typical coalescent large FePt grains. The grain shown in Figure 3a consists of three individual FePt nanocrystals and, in Figure 3b, is from two nanocrystals. Twinning is a characteristic feature of the microstructure of the coalescent grains. The dashed lines marked in Figures 3a and 3b represent twin boundaries in the coalescent FePt grains, which usually form a coherent or semi-coherent interface between coalesced FePt nanocrystals. The composition modulation in the L10-FePt structure is indicated by black arrowheads in Figure 3a,b. The white arrowheads indicate the direction of magnetic easy axis, i.e., the c-axis direction of L10-FePt. The HRTEM image shown in Figure 4a is a large coalescent FePt grain in which original FePt nanocrystals coherently coalesce together to form a chemically ordered L10-FePt phase, where white arrowheads indicate the composition modulation. Two twin boundaries are identified in the grain, as marked by dashed lines. The interfaces between composed FePt nanocrystals, however, cannot be distinguished. Another structural feature of the annealed FePt nanocrystals is that the surface of the L10-FePt nanocrystal (Figure 2a) and the grain (Figure 3a) consists of {111} and (001) crystal facets, which have lower surface energy for metals. Figure 4b shows an enlarged HRTEM image of the L10-FePt grain surface where the atomic stage can be identified on both {111} and (001) facets, as indicated by black arrowheads.

The detailed atomic arrangement of the twin structure in L10-FePt grain is investigated by HRTEM, as shown in Figure 5a. The electron beam used for imaging is parallel to the [110] crystal direction of the L10-FePt structure. Figure 5c is an FFT of the corresponding image of Figure 5a. It reveals the main reflections that display a typical diffraction pattern.
feature of the (111) twin in the fct lattice structure. The reflections connected by solid and dashed lines are from twin and matrix, respectively. Some extra weak reflections, as indicated by white arrowheads in Figure 5c, originate from chemical ordering over the L10-FePt structure. The corresponding composition modulation can be clearly identified from the HRTEM image (Figure 5a) marked by white arrowheads. A possible atom model of the twin structure is given in Figure 5b, where the open circles represent Fe atoms and the full circles are Pt atoms. Therefore, the twin plane is parallel to (111) or (111), where the subscript “t” denotes twin reflection to distinguish from those of the matrix, and the c-axes of the twin and matrix are on the same plane and form a mirror symmetry relative to the (111) or (111) twin plane. Since the magnetic easy axis is parallel to the c-axis of the L10-FePt crystal structure, the magnetizing directions for twin and matrix should display the mirror symmetry relative to the twin plane.

The twin structure presented above may be closely related to the size of the coalesced grains. Crystal defects, which have been observed in the bulk and thin L10-FePt film, are mainly plane defects, such as twin and antiphase domain boundary.25–30 It has been suggested that these defects are associated with magnetic hardness of the L10-FePt.28–30 In the bulk L10-FePt, the twin structure has been determined to be the {110} type, i.e., the twinning plane is {110}.25,28 The {111} type twin was observed in FePt film.29,30

We have presented a detailed high-resolution microscopic study on phase transformation, coalescence, and twin microstructure of thermally annealed monodisperse 6 nm Fe34Pt48 nanocrystals. The crystal transformation temperature is consistent with previous observations,17 but the presence of vacuum induces the easier coalescence of the nanocrystals on carbon surface than on SiO2 surface. These coalesced nanocrystals do not form a single grained structure; instead, twinning becomes a characteristic structure feature. The surface of the coalesced grains consists of {111} and (001) facets,31 which will certainly decide the shape of the new grains. Such detailed analyses yield basic structural information on the nanocrystal behaviors under high vacuum annealing conditions, and will be useful for future fabrication of FePt nanoparticle-based high-density magnetic recording media.

References

(31) Research was supported by the U.S. National Science Foundation (DMR-9733160).

NL0100421